Survival and reduction in foodborne bacteria using methyl cellulose film doped with europium oxide nanoparticles

Mahmoud Fawzy Abd Elkader1 | Mohammed Suliman Almogbel2,3 | Mohamed Tharwat Elabbasy3,4,5

1Biophysics Department, Faculty of Science, Cairo University, Giza, Egypt
2Clinical laboratory sciences Department, College of Applied Medical Sciences, Ha'il University, Ha'il, Saudi Arabia
3Molecular Diagnostics and Personalised Therapeutics Unit (MDPTU), Ha'il University, Ha'il, Saudi Arabia
4Public Health Department, College of Public Health and Health Informatics, Ha'il University, Ha'il, Saudi Arabia
5Food Control Department, Faculty of Veterinary Medicine, Zagazig University, Zagazig, Egypt

Correspondence
Mohamed Tharwat Elabbasy, Molecular Diagnostics and Personalised Therapeutics Unit (MDPTU), Ha'il University, Ha'il, Saudi Arabia.
Email: tharwat330@gmail.com

Abstract
The study validated the efficacy of methyl cellulose films doped with different concentration of Eu2O3 nanoparticles to inactivate foodborne pathogens. Eu2O3 nanoparticles were added to the methyl cellulose solution with different weight percentages (0.0, 0.5, 0.75, 1.0, 1.25, and 1.5 wt%). X-ray diffraction patterns for the prepared films were studied. A significant lower count of E. coli, S. typhimurium, and S. aureus (p < .05) inoculated in MC films doped with Eu2O3 nanoparticles compared with pure MC film could be achieved. The findings acquired verify the impact of prepared MC films doped with Eu2O3 nanoparticles on the test strains.

KEYWORDS
Eu2O3 nanoparticles, food packaging and antimicrobial activity, foodborne bacteria, methyl cellulose

1 | INTRODUCTION

An escalation has been found in foodborne outbreaks caused by pathogens especially in developing countries. These foodborne outbreaks cause most of food contamination and poisoning cases leading to serious diseases and may be to death (Blackburn & McClure, 2009; Chen, Tang, Liu, Cai, & Bai, 2012; Crim et al., 2015; Organization, 2012; Team, 2013). Foodborne bacteria may contaminate food by nonfood mechanisms and represent a potential public health threat (Chen et al., 2012; Scallan et al., 2011). E. coli, S. typhimurium, and S. aureus remain a significant food safety issue in raw meat, chicken meat, and their products (Chen et al., 2012). Despite the introduction of mandatory testing for foodborne bacteria and multi-level intervention strategies, sporadic outbreaks of foodborne diseases and products recall are associated with E. coli, S. typhimurium, and S. aureus contamination (Wadamori, Gooneratne, & Hussain, 2017).

E. coli has turned into an expanding worry to the meat industry and public health (Gorton & Stasiewicz, 2017). S. typhimurium infections pose significant public health globally. S. typhimurium are most common causes of foodborne illness in humans (Jain et al., 2009). S. typhimurium usually spread through inappropriately handled food that has come in contact with animal or human feces and they are responsible for the majority of foodborne illnesses (de Freitas et al., 2010). S. aureus strains have been demonstrated as one of the world's significant causes of foodborne diseases (Balaban & Rasooly, 2000; Bianchi et al., 2014).

As a consequence, there is a need for a developed packaging material to be used in meat and poultry industry that have the ability to reduce the carriage of foodborne pathogens, and to be used...
with other decontamination strategies to achieve satisfactory safety rates.

Developing of naturally occurring polymer with the film formation capacity and antimicrobial properties to improve health, safety, shelf life, and biomedical application, gains a considerable regard nowadays (Fernandez-Saiz, Lagaron, Hernandez-Muñoz, & Ocio, 2008; Irkin & Esmer, 2015; Malhotra, Keshwani, & Kharkwal, 2015). Despite the common use of cellulose and its derivatives in food packaging, researchers look to improve its antimicrobial properties in the future. Cellulose is one in all the foremost various and biodegradable compound that insoluble in water and most organic solvent (Coffey, Bell, & Henderson, 1995; El-Kader & Ragab, 2013). Substitution of hydroxyl groups within the backbone of cellulose by some functional groups makes it water soluble such as methyl groups in methyl cellulose (MC). Methyl cellulose has an excellent film formation capacity, water solubility, and efficient oxygen and lipid permeability (Chevillard & Axelos, 1997; Nasatto et al., 2015). In literature, there are various studies about preparation of functional methyl cellulose nanocomposite films and their physicochemical (Tunç & Duman, 2010), antibacterial (Tunç & Duman, 2011), mechanical, and gas barrier (Tunc, Duman, & Polat, 2016) properties.

A great interest for biomedical applications has been emphasized to develop biopolymers by adding nanoparticles to its matrix. Doping biopolymers with nanoparticles is the concern of the research and industrial world, as they exhibit physical, chemical and antimicrobial enhancement (Carbone, Donia, Sabbatella, & Antiochia, 2016; Li, He, Li, & Zhang, 2015; Muthulakshmi, Rajini, Rajalu, Siengchin, & Kathiresan, 2017). The use of rare earth elements nanoparticles as a dopant for different biopolymers can be considered as a way to develop bilateral.

Among the rare earth elements, Eu(III) was the focus of many studies. It has a wide applications ranging from telecommunications to biomedical applications (Diallo, Mothudi, Manikandan, & Maaza, 2016; Feng & Zhang, 2013; Mahajan & Dickerson, 2010; Quesada, del Campo, & Fernández, 2015). Europium(III) Oxide (Eu2O3) is the simplest oxide of Eu(III) element, and it was obtained from the thermal annealing of Eu hydroxide under high temperatures (Kang, Jung, Min, & Sohn, 2014).

In our study, we will use Eu2O3 nanoparticles as a dopant in the MC matrix with different concentrations to form a thin films, which were then defined by x-ray diffraction process. The prepared MC films were examined to evaluate their consequences on the used foodborne test strains.

2 | MATERIALS AND METHODS

2.1 | Preparation of MC films doped with Eu2O3 nanoparticles

MC of 2% aqueous solution at 20°C was provided by LOBA Chemie, India, with viscosity of 350–550 cP and pH values of 5.5–8.0. Eu2O3 nanoparticles was supplied by Sigma-Aldrich, its density was 7.42 g/ml at 20°C, and the particle size was less than 150 nm. All glasswares were thoroughly cleaned in aqua region and rinsed copiously with double distilled water.

To prepare thin film of MC, incorporated with Eu2O3 nanoparticles, two grams of MC were dissolved in 100 ml double distilled water at 50°C using a magnetic stirrer overnight. Eu2O3 nanoparticles were added to the MC solution with different weight percentages (0.00, 0.50, 0.75, 1.00, 1.25, and 1.50 wt%) and were stirred for 12 hr at 50°C. The solution was cast in stainless-steel plates with diameter 12 cm and then dried in open air at room temperature for 3 days until solvent was nearly evaporated. The obtained films were of suitable thickness = 100μm.

2.2 | X-ray diffraction

The amorphous/crystalline nature of methyl cellulose/Eu2O3 nanocomposite films was checked by using DIANO X-ray diffractometer equipped with Cu-Kα radiation (λ = 1.54056 Å, operation voltage = 30 kV).

2.3 | Antimicrobial activity

2.3.1 | Preparation of test strains

E. coli, S. typhimurium, and S. aureus were obtained from the Microbiology laboratory of Molecular Diagnostic and Personalised Therapeutics unit (MDXPTU), Hail University. Strains were originally isolated from chicken meat samples, then were identified biochemically, serologically, phenotypically, and genotypically. Strains were saved in the MDXPTU Biobank at −80°C. Each strain was cultivated separately in Tryptic soy broth (Difco) at 37°C for 24 hr. The cells were harvested by centrifugation 5,000 g/10 min and were washed twice then were resuspended to a final cell density of 7 log cfu/ml (OD600 0.2) using sterile saline (0.85% NaCl).

2.3.2 | Bacterial inoculation

MC films doped with different concentration of Eu2O3 nanoparticles were tested antimicrobially against MC control film. All the tested MC films were cut aseptically to form an area of 1 cm², each area was inoculated with 10 μl of test strains (8 log cfu/ml concentrations) (E. coli, S. typhimurium and S. aureus). The inoculated MC films were kept in bio-safety cabinet to dry for 2 hr.

2.3.3 | Survival and reduction in test strains

The survival and reduction in the different test strains inoculated on the MC films doped with different concentration of Eu2O3 nanoparticles were determined against the pure MC film. About 10 ml of sterile...
phosphate-buffered saline was added to the inoculated MC films (area of 1 cm²) in sterile tubes. Vigorous shaking was carried out to the tubes using vortex for 3 min. A 10-fold serial dilution was prepared. Dilutions were plated in duplicate onto Tryptic Soya agar and Mueller-Hinton agar (Difco) that was subsequently incubated at 37°C for 24 hr.

### 2.3.4 | Bacterial adherence assay

A laboratory-based trials were undertaken to determine the binding strength of the different tested serotypes to the MC films doped with different concentration of Eu₂O₃ nanoparticles against the pure MC film. The initial adhesion assays to MC films doped with different concentration of Eu₂O₃ nanoparticles were determined. About 10 µl of the test strains (8 log cfu/ml concentrations) were added to MC films doped with different concentration of Eu₂O₃ nanoparticles (with an area of 1 cm²). Three times of rinsing were performed after 30 min of adhesion by utilizing the phosphate-buffered saline. Numbers recovered were used to estimate the weak attachment strength of the bacterial cells to the film surface. The washed film was vigorously shaken using vortex for 5 min, and the levels recovered in the homogenate used to estimate the strongly attached portion of the population.

### 2.3.5 | Pulse field gel electrophoresis (PFGE)

PFGE was conducted to identify the clonal relatedness of the test strains after inoculation on MC films. Already optimized protocol following Standard Operating Procedure (SOP) for PulseNet PFGE using a CHEF-Mapper (Bio-Rad Laboratories) was used.

### 2.4 | Statistical analysis

The mean values with standard error of the means (SEM) were calculated. One way analysis of variance (ANOVA) at 95% level of confidence and least Significant difference (LSD) post hoc were done to determine significant differences ($p < .05$ was considered as significant).

### 3 | RESULT AND DISCUSSION

#### 3.1 | X-ray diffraction (XRD)

Figure 1 present X-ray diffraction patterns of pure Eu₂O₃ nanoparticles (Figure 1a) and of MC/Eu₂O₃ nanocomposite films (Figure 1b).

The X-ray diffraction pattern of pure Eu₂O₃ nanoparticles (Figure 1a) revealed sharp crystalline peaks appeared at 2θ = 28°, 29.5°, 31.5°, 39°, 42°, 45.5°, 47°, 51°, 54°, 55°, 58°, and 59.5° corresponding to high crystallized form of the cubic Eu₂O₃ nanoparticles (Kang et al., 2014).

The XRD pattern of the MC homopolymer shows a semicrystalline structure reveals three peaks (Figure 1b), a sharp one at 2θ = 8° corresponds to the trimethylglucose-type crystalline order (Kato, Yokoyama, & Takahashi, 1978). A broad peak with maximum at 2θ = 21° indicates the intermolecular structure of MC (Rangelova et al., 2011), and a weak peak appeared at 2θ = 13.3° which indicates a more hydrated structure (Liebeck, Hidalgo, Roth, Popescu, & Böker, 2017).

The XRD patterns of MC/Eu₂O₃ nanocomposites (Figure 1b) exhibits the characteristic features of the pure MC homopolymer, but with less intensity of the reflection peak at 2θ = 8°. The reflection peak intensity at 2θ = 21° for MC films doped with 0.50, 0.75, and 1.00 wt%. Eu₂O₃ nanoparticles was significantly increased, this can be due to the higher oxidation number in the Eu (III) oxide, leading to forming new bonds. A faint crystalline peaks appeared at 2θ = 28° and 46° in all MC films doped with Eu₂O₃ nanoparticles, and this can be attributed to the incorporation of Eu₂O₃ nanoparticles into the polymer matrix.

The degree of crystallinity of MC films doped with different concentration of Eu₂O₃ nanoparticles (0.00, 0.50, 0.75, 1.00, 1.25, 1.50 wt%) was calculated using the Hermans-Weidinger method (Hermans & Weidinger, 1961), and it was determined to be 17.8, 28.5, 31.0, 25.2, 20.4, and 21.9, respectively.

The decrease in the degree of crystallinity of MC films doped with 1.25, and 1.50 wt% Eu₂O₃ NPs was due to the saturation effect. From the data on the degree of crystallinity, it was noticed that the values of the degree of crystallinity for the composite samples are higher than that of the MC homopolymer.

#### 3.2 | Antimicrobial activity

The obtained results in this study revealed that MC films doped with different concentration of Eu₂O₃ nanoparticles have been shown to possess potential antibacterial activity against the used foodborne test strains that previously isolated from chicken meat products. A significant lower count of *E. coli*, *S. typhimurium*, and *S. aureus* ($p \leq .05$) inoculated in MC films doped with different concentration of Eu₂O₃ nanoparticles compared to pure MC film could confirm the effect of the prepared films against foodborne test strains (Figures 2 and 3). MC films doped with 1.50 wt% Eu₂O₃ nanoparticles exhibited the strongest activity against the test strains, while MC films doped with 0.50 wt% Eu₂O₃ nanoparticles were the least effective concentration compared with pure MC film.

The obtained reductions were ranged from 3.3 to 4.54 log cfu/cm² for *E. coli*, 3.42 to 4.42 log cfu/cm² for *S. typhimurium* and 3.52 to 4.19 log cfu/cm² for *S. aureus* (Figure 3). These results were statistically significant ($p < .05$). Moreover, *E. coli* test strains had the highest log reduction compared with the other test strains (Figure 4). (Tunç & Duman, 2011) investigated the effects of methyl cellulose/carvacrol/montmorillonite nanocomposite films for the growth of *E. coli* and *S. aureus* on sausage. They recorded a small log reduction values of 0.90 and 0.65 log cfu/ml for *E. coli*, 0.90 and 0.70 log cfu/
ml for *S. aureus*, at the end of 21 days of food samples storage. Their study depends on the release of antimicrobial agent (carvacrol) from films which was affected by the storage temperature of food samples. While in this study, the inoculated MC/Eu2O3 nanocomposite films were kept at room temperature for 2 hr with direct contact with the test strains.

It was assumed that gram-negative bacteria are more reactive to environmental modifications than gram-positive cells (Shigehisa, Ohmori, Saito, Taji, & Hayashi, 1991).

The initial adherence of the test strains to MC films was studied. The adherence ability of the test strains to MC films was reduced significantly (*p* < .05) in MC films doped with different concentration of Eu2O3 nanoparticles compared with pure MC film. Moreover, MC film doped with 1.5 wt% Eu2O3 nanoparticles was the most effective concentration that could reduce the adherence of test strains and these findings confirmed what has been achieved in this study (Figure 5). Another confirmatory method to emphasize our obtained data in this study was done through testing the week attachment of the test strains against the prepared MC films. The number of recovered bacterial cells after 30 min of attachment to MC films followed by three times rinsing in phosphate-buffered saline were recorded (Figure 6). *S. aureus* strains exhibited weak attachment to MC films

---

**FIGURE 1** X-ray diffraction patterns of (a) pure Eu2O3 nanoparticles, (b) MC film doped with different concentration of Eu2O3 nanoparticles
compared with other test strains and this was confirmed by the large number of S. aureus strains compared to other strains recovered from the homogenate (Figure 6).

The obtained results showed that S. aureus strains were less adhere to MC films surface compared with other test strains and these findings could be attributed to the nonmotile feature of S. aureus (non-flagellate cocci) compare with the other flagellate test strains. Flagella are clearly implicated in the attachment of bacteria (Notermans & Kampelmacher, 1974). Bacterial flagella endow the organism with motility and the ability to respond to a chemotactic stimulus (Lillard, 1985). S. aureus cells showed more hydrophobic features compared with E. coli that were found to be moderately hydrophilic (Burks et al., 2003; Mitik-Dineva et al., 2009). S. aureus cells have a hydrophobic nature which due to the extreme negative charge and the existence of hydrophobic teichoic and lipoteichoic acid in their cell wall (Canepari, Boaretti, Lleo, & Satta, 1990; Gross, Cramton, Götz, & Peschel, 2001).

Our findings reported the potential antimicrobial activity of MC films doped with Eu2O3 nanoparticles. The concentration of the Eu2O3 nanoparticles required to perform activity against foodborne microorganisms is important to use it effectively in food package. A reduction with 5 log in viability is important to attain for better foodborne pathogen reduction (Food & Administration, 2004; Olaimat & Holley, 2012). However, MC films doped with 1.5 wt% Eu2O3 nanoparticles showed a greater effect to reduce foodborne pathogen from food product’s surface.

In literature, the antimicrobial activity of both MC homopolymer (de Dicastillo, Bustos, Guarda, & Galotto, 2016; Tunç & Duman, 2011) and Eu2O3 nanoparticles (Iconaru, Motelica-Heino, & Predoi, 2013) was studied of each. The clonal relatedness of the test strains was studied after inoculation on MC/Eu2O3 nanocomposite films using PFGE. The achieved findings showed that the clonal relatedness of test strains have not been influenced after inoculation on MC/Eu2O3 nanocomposite films (Figures 7 and 8).
Antimicrobial packaging is a better idea for food packaging with a great interest by researchers. Various MC nanocomposite films were developed to be used for safe food free from foodborne pathogens contamination. The results obtained from XRD analysis reveals the semicrystalline structure of the MC films and confirm the nanocomposite structures of the films obtained. Addition of Eu₂O₃ nanoparticles to the MC matrix led to a decrease in the count of inoculated E. coli, S. typhimurium and S. aureus strains \((p \leq 0.05)\), with reduction of 3.3 to 4.54 \(\log \text{cfu/cm}^2\) for E. coli, 3.42 to 4.42 \(\log \text{cfu/cm}^2\) for S. typhimurium and 3.52 to 4.19 \(\log \text{cfu/cm}^2\) for S. aureus. The adherence ability of the test strains to MC/Eu₂O₃ nanocomposite films was reduced significantly \((p < 0.05)\). MC films doped with 1.50 wt% Eu₂O₃ nanoparticles exhibited the strongest activity against the test strains. Moreover, MC film doped with 1.5 wt% Eu₂O₃ nanoparticles was the most effective concentration. The prepared MC/Eu₂O₃ nanocomposite films could be used as active food packaging materials in the food industry.

**ACKNOWLEDGMENTS**

The Microbiology laboratory of Molecular Diagnostic and Personalised Therapeutics unit (MDXPTU), Hail University (KSA) should be acknowledged for its support.
CONFLICT OF INTEREST
All authors declare that there is no conflict of interest.

ETHICAL APPROVAL
This study does not involve any human or animal testing; this study was approved by the Review Board of the Microbiology laboratory of Molecular Diagnostic and Personalised Therapeutics unit (MDXPTU), Hail University; this study conforms to the Declaration of Helsinki, US.

ORCID
Mahmoud Fawzy Abd Elkader https://orcid.org/0000-0001-6862-3456
Mohamed Tharwat Elabbasy https://orcid.org/0000-0002-0138-825X

REFERENCES
Balaban, N., & Rasooly, A. (2000). Staphylococcal enterotoxins. International Journal of Food Microbiology, 61(1), 1–10. https://doi.org/10.1016/S0168-1605(00)00377-9
Bianchi, D. M., Gallina, S., Belloiu, A., Chiesa, F., Civera, T., & Decastelli, L. (2014). Enterotoxin gene profiles of Staphylococcus aureus isolated from milk and dairy products in Italy. Letters in Applied Microbiology, 58(2), 190–196.
Blackburn, C. W., & McClure, P. (2009). Introduction. In Foodborne Pathogens, 2nd ed. (pp. 3–16). Elsevier.
Burns, G. A., Velegol, S. B., Paramonova, E., Lindenmuth, B. E., Feick, J. D., & Logan, B. E. (2003). Macroscopic and nanoscale measurements of the adhesion of bacteria with varying outer layer surface composition. Langmuir, 19(6), 2366–2371. https://doi.org/10.1021/la026375a
Canepa, P., Boaretti, M., Lleo, M. M., & Satta, G. (1990). Lipoteichoic acid as a new target for activity of antibiotics: Mode of action of daptomycin (LY146032). Antimicrobial Agents and Chemotherapy, 34(6), 1220–1226. https://doi.org/10.1128/AAC.34.6.1220
Carbone, M., Donia, D. T., Sabbatella, G., & Antiochia, R. (2016). Silver nanoparticles in polymeric matrices for fresh food packaging. Journal of King Saud University-Science, 28(4), 273–279. https://doi.org/10.1016/j.jksus.2016.05.004
Chen, J., Tang, J., Liu, J., Cai, Z., & Bai, X. (2012). Development and evaluation of a multiplex PCR for simultaneous detection of five foodborne pathogens. Journal of Applied Microbiology, 112(4), 823–830. https://doi.org/10.1111/j.1365-2672.2012.05240.x
Chevillard, C., & Axelos, M. (1997). Phase separation of aqueous solution of methylethylcellulose. Colloid and Polymer Science, 275(6), 537–545. https://doi.org/10.1007/s003960050116
Coffey, D. G., Bell, D. A., & Henderson, A. (1995). Cellulose and cellulose derivatives. Food Science and Technology-New York-Marchel Dekker, 5,123–153.
Crim, S. M., Griffin, P. M., Tauxe, R., Marder, E. P., Gilliss, D., Cronquist, A. B., ... Smith, K. (2015). Preliminary incidence and trends of infection with pathogens transmitted commonly through food–Foodborne Diseases Active Surveillance Network, 10 US sites, 2006–2014. MMWR. Morbidity and Mortality Weekly Report, 64(18), 495–499.
de Dicastroillo, C. L., Bustos, F., Guarda, A., & Galotto, M. J. (2016). Cross-linked methyl cellulose films with murtia fruit extract for antioxidant and antimicrobial active food packaging. Food Hydrocolloids, 60, 335–344. https://doi.org/10.1016/j.foodhyd.2016.03.020
de Freitas, C. G., Santana, Â. P., da Silva, P. H. C., Gonçalves, V. S. P., Barros, M. D. A. F., Torres, F. A. G., ... Perecmanis, S. (2010). PCR multiplex for detection of Salmonella Enteritidis, Typhi and Typhimurium and occurrence in poultry meat. International Journal of Food Microbiology, 139(1–2), 15–22. https://doi.org/10.1016/j.ijfoodmicro.2010.02.007
Diella, A., Mothudi, B. M., Manikandan, E., & Maaza, M. (2016). Luminescent Eu 2 O 3 nanocrystals by. Journal of Nanophotonics, 10(2), 026010.
El Kader, M. A., & Ragab, H. (2013). DC conductivity and dielectric properties of maize starch/methylcellulose blend films. Ionics, 19(2), 361–369. https://doi.org/10.1007/s11581-012-0742-8
Feng, J., & Zhang, H. (2013). Hybrid materials based on lanthanide organic complexes: A review. Chemical Society Reviews, 42(1), 387–410. https://doi.org/10.1039/C2CS53069F
Fernandez-Saiz, P., Lagaron, J., Hernandez-Muñoz, P., & Ocío, M. (2008). Characterization of antimicrobial properties on the growth of S. aureus of novel renewable blends of gliadins and chitosan of interest in food packaging and coating applications. International Journal of Food Microbiology, 124(1), 13–20.
Food & Administration, D. (2004). Produce safety from production to consumption: 2004 action plan to minimize foodborne illness associated with fresh produce consumption. Food and Drug Administration.
Gorton, A., & Stasiewicz, M. J. (2017). Twenty-Two years of US meat and poultry product recalls: Implications for food safety and food waste. Journal of Food Protection, 80(4), 674–684. https://doi.org/10.4315/0362-028X.JFP-16-388
Gross, M., Cramton, S. E., Götz, F., & Peschel, A. (2001). Key role of teichoic acid net charge instaphylococcus aureus colonization of artificial surfaces. Infection and Immunity, 69(5), 3423–3426. https://doi.org/10.1128/IAI.69.5.3423-3426.2001
Hermans, P. H., & Weidinger, A. (1961). On the determination of the crystalline fraction of polyethylene polymers by X-ray diffraction. Macromolecular Chemistry and Physics, 44(1), 24–36.
Iconaru, S.-L., Motelica-Heino, M., & Predoi, D. (2013). Study on Europium-Doped Hydroxypapatite Nanoparticles by Fourier Transform Infrared Spectroscopy and Their Antimicrobial Properties. Journal of Spectroscopy, 2013, 1–10. https://doi.org/10.1155/2013/284285
Irkin, R., & Esmer, O. K. (2015). Novel food packaging systems with natural antimicrobial agents. Journal of Food Science and Technology, 52(10), 6095–6111. https://doi.org/10.1007/s13197-015-1780-9
Jain, S., Bidol, S. A., Austin, J. L., Beri, E., Elson, F., Williams, M. L., ... Vojdani, J. D. (2009). Multistate outbreak of Salmonella Typhimurium and Saintpaul infections associated with unpasteurized orange juice—United States, 2005. Clinical Infectious Diseases, 48(8), 1065–1071.
Kang, J.-G., Jung, Y., Min, B.-K., & Sohn, Y. (2014). Full characterization of Eu (OH) 3 and Eu2O3 nanorods. Journal of Food Protection, 77(1), 13–20. https://doi.org/10.4315/0362-028X.JFP-16-156
Kato, T., Yokoyama, M., & Takahashi, A. (1978). Melting temperatures of thermally reversible gels IV. Methyl cellulose-water gels. Colloid and Polymer Science, 256(1), 15–21. https://doi.org/10.1007/BF01746686
Li, R., He, M., Li, T., & Zhang, L. (2015). Preparation and properties of cellulose/silver nanocomposite fibers. Carbohydrate Polymers, 115, 269–275. https://doi.org/10.1016/j.carbpol.2014.08.046
Liebeck, B. M., Hidalgo, N., Roth, G., Popescu, C., & Böker, A. (2017). Synthesis and characterization of methyl cellulose/keratin hydrolysate composite membranes. Polymers, 9(1), 91. https://doi.org/10.3390/polym9030091
Lillard, H. (1985). Bacterial cell characteristics and conditions influencing their adhesion to poultry skin. Journal of Food Protection, 48(9), 803–807. https://doi.org/10.4315/0362-028X-JFP-803
Mahajan, S., & Dickerson, J. (2010). Understanding the growth of Eu2O3 nanocrystal films made via electrophotographic deposition. Nanotechnology, 21(14), 145704.
Malhotra, B., Keshwani, A., & Kharkwal, H. (2015). Antimicrobial food packaging: Potential and pitfalls. Frontiers in Microbiology, 6, 611. https://doi.org/10.3389/fmicb.2015.00611
Mitik-Dineva, N., Wang, J., Truong, V. K., Stoddart, P., Malherbe, F., Crawford, R. J., & Ivanova, E. P. (2009). Escherichia coli, Pseudomonas aeruginosa, and Staphylococcus aureus attachment patterns on glass surfaces with nanoscale roughness. *Current Microbiology, 58*(3), 268–273. https://doi.org/10.1007/s00284-008-9320-8

Muthulakshmi, L., Rajini, N., Rajalu, A. V., Siengchin, S., & Kathiresan, T. (2017). Synthesis and characterization of cellulose/silver nano-composites from bioflocculant reducing agent. *International Journal of Biological Macromolecules, 103*, 1113–1120. https://doi.org/10.1016/j.ijbiomac.2017.05.068

Nasatto, P. L., Pignon, F., Silveira, J. L., Duarte, M. E. R., Noseda, M. D., & Rinaudo, M. (2015). Methylcellulose, a cellulose derivative with original physical properties and extended applications. *Polymers, 7*(5), 777–803. https://doi.org/10.3390/polym7050777

Notermans, S., & Kampelmacher, E. (1974). Attachment of some bacterial strains to the skin of broiler chickens. *British Poultry Science, 15*(6), 573–585. https://doi.org/10.1080/00071667408416148

Olaimat, A. N., & Holley, R. A. (2012). Factors influencing the microbial safety of fresh produce: A review. *Food Microbiology, 32*(1), 1–19. https://doi.org/10.1016/j.fm.2012.04.016

Organization, W. H. (2012). *Food safety and food-borne illness*. WHO fact sheet No. 237. 2002.

Quesada, A., del Campo, A., & Fernández, J. F. (2015). Stabilization of cubic phase in dense Eu2O3 ceramics. *Materials Letters, 157*, 77–80. https://doi.org/10.1016/j.matlet.2015.05.085

Rangelova, N., Radev, L., Nenkova, S., Salvado, I. M., Fernandes, M. V., & Herzog, M. (2011). Methylcellulose/SiO2 hybrids: Sol-gel preparation and characterization by XRD. *FTIR and AFM*. *Open Chemistry, 9*(1), 112–118. https://doi.org/10.2478/s11532-010-0123-y

Scallan, E., Hoekstra, R. M., Angulo, F. J., Tauxe, R. V., Widdowson, M.-A., Roy, S. L., ... Griffin, P. M. (2011). Foodborne illness acquired in the United States—major pathogens. *Emerging Infectious Diseases, 17*(1), 7. https://doi.org/10.3201/eid1701.111101

Shigehisa, T., Ohmori, T., Saito, A., Taji, S., & Hayashi, R. (1991). Effects of high hydrostatic pressure on characteristics of pork slurries and inactivation of microorganisms associated with meat and meat products. *International Journal of Food Microbiology, 12*(2–3), 207–215. https://doi.org/10.1016/0168-1605(91)90071-V

Team, E. E. (2013). The European Union summary report on trends and sources of zoonoses, zoonotic agents and food-borne outbreaks in 2011 has been published. *Eurosurveillance, 18*(15), 20449.

Tunc, S., & Duman, O. (2010). Preparation and characterization of biodegradable methyl cellulose/montmorillonite nanocomposite films. *Applied Clay Science, 48*(3), 414–424. https://doi.org/10.1016/j.clay.2010.01.016

Tunc, S., & Duman, O. (2011). Preparation of active antimicrobial methyl cellulose/carvacrol/montmorillonite nanocomposite films and investigation of carvacrol release. *LWT-Food Science and Technology, 44*(2), 465–472. https://doi.org/10.1016/j.lwt.2010.08.018

Tunc, S., Duman, O., & Polat, T. G. (2016). Effects of montmorillonite on properties of methyl cellulose/carvacrol based active antimicrobial nanocomposites. *Carbohydrate Polymers, 150*, 259–268. https://doi.org/10.1016/j.carbpol.2016.05.019

Wadamori, Y., Gooneratne, R., & Hussain, M. A. (2017). Outbreaks and factors influencing microbiological contamination of fresh produce. *Journal of the Science of Food and Agriculture, 97*(5), 1396–1403. https://doi.org/10.1002/jsfa.8125

---

**How to cite this article:** Abd Elkader MF, Almobgel MS, Elabbasy MT. Survival and reduction in foodborne bacteria using methyl cellulose film doped with europium oxide nanoparticles. *Food Sci Nutr*. 2020;8:291–298. https://doi.org/10.1002/fsn3.1305